Bio-inspired Highly Scattering Networks via Polymer Phase Separation

Julia Syurik, Gianni Jacucci, Olimpia D. Onelli, Hendrik Hölscher,* and Silvia Vignolini*

A common strategy to optimize whiteness in living organisms consists in using 3D random networks with dense and polydisperse scattering elements constituted by relatively low refractive index materials. Inspired by these natural architectures, a fast and scalable method to produce highly scattering porous polymer films via phase separation is developed. By varying the molecular weight of the polymer, the morphology of the porous films is modified, and therefore their scattering properties are tuned. The achieved transport mean free paths are in the micrometer range, improving the scattering strength of analogous low refractive index systems, e.g., standard white paper, by an order of magnitude. The produced porous films show a broadband reflectivity of ≈75% while only 4 µm thick. In addition, the films are flexible and can be readily index-matched with water (i.e., they become transparent when wet), allowing for various applications such as coatings with tunable transmittance and responsive paints.

1. Introduction

Colors in nature are often obtained by evolutionary-optimized complex nanoscale architectures.[1,2] This optimization is truly extraordinary if one considers the constraints that living organisms face in assembling these structures (i.e., the low refractive indexes of the starting materials, the need for mechanical stability as well as lightweight).[3] In the case of bright iridescent colorations, periodic architectures that are only few micrometers in thickness are capable of providing all these properties.[4] In contrast, obtaining an intense broadband reflection (i.e., white) in very thin layers is extremely challenging as the scattering elements must be randomly arranged, typically decreasing the packing efficiency.[5–7] To compensate for the non-ideal packing, materials that are very highly scattering strength are generally chosen for industrial applications (i.e., materials with high refractive indexes).

A great example of multiple scattering optimization in a low refractive index medium is observed in the scales of Cyphochilus beetles (Figure 1a,c). Here, the anisotropic chitin network inside the scales which cover the insect’s body outperforms all man-made low refractive index materials known to date.[1,8–11] The key to such optimization lies in the tuning of the filling fraction and in the anisotropic nature of the fibrillar structure in the scales.[3,10]

Inspired by these natural design principles, we fabricated highly scattering white networks solely constituted by polymethyl methacrylate (PMMA) (Figure 1b,d). The resulting porous films are flexible and show the shortest transport mean free path reported in the literature for low refractive index materials. We demonstrated that the scattering strength of the network can be enhanced by varying the molecular weight of PMMA to achieve transport mean free paths (l) as low as 1 µm for an incident wavelength around 500 nm. Having such a short transport mean free path yields a reflectance of 75% for a 4 µm thick film. Due to their low refractive index (close to 1.5 over the whole visible range) and porosity, the produced free-standing films can be easily index-matched with water and other conventional solvents, providing a tunable response, which transitions from white to transparent upon wetting (Figure 1b; Figure S1 and Movie S1, Supporting Information). This property, in addition with the high flexibility of the films (Figure S2 and Movie S2, Supporting Information), allows for various coating applications. We demonstrated that the scattering properties are maintained when the porous films are grinded into powders, opening their exploitation as white enhancers in paints, paper, and cosmetics.

2. Results and Discussion

The porous white films were obtained from PMMA by phase separation in solution (Figure 2a), a scalable process which is well known in the field of membrane technology.[12] In summary, we cast a three-component solution of PMMA (0.6 wt%) and water (<0.2 wt%) in acetone. After the rapid evaporation of acetone, the solution precipitated into two
phases: a polymer-rich phase forming a random network and a liquid water phase, which evaporates at a slower rate leading to the formation of nanoscale pores.

This simple assembly process strongly relies on the kinetics of the evaporation and hence on the composition of the solution. Only a small percent variation in the water content or in the molecular weight and polydispersity (\(D\)) of the polymer chains greatly affects the assembly. Therefore, to control these parameters, PMMA with different number average molar mass (\(M_n\)) and mass average molar mass (\(M_w\)) were prepared via sonication treatment starting from commercial PMMA with initial \(M_w = 1.86\) MDa. The values of \(M_n\) and \(M_w\) were...
estimated at different stages of sonication using size exclusion chromatography (SEC). As expected, both $M_n$ and $M_w$ gradually decrease with the sonication time (Figure 2b). Similarly, the polydispersity ($D$) of the films decreased from 2.7 for nonsonicated PMMA to 1.4 after 7 h of sonication.

After sonication, nine different acetone solutions containing 0.6 wt% of PMMA at different sonication stages (after 0.5, 1, 2, 3, 4, 5, 6, and 7 h) were used to cast films under identical conditions. The sonicated solutions were used to cast freestanding films (between 12 and 85 µm thick). In addition, ultrathin films (with a thickness ranging from 1.5 to 4.0 µm) were cast from the 3 h sonicated solution. Acetone is moderately hygroscopic,[14] and therefore can potentially attract water in the solution in linear dependence with the duration of the sonication. However, no significant difference in the water content for the nonsonicated and sonicated solutions was revealed via Fourier transform infrared (FTIR) spectroscopy, allowing to estimate the water content in all the solutions to be below 0.2 vol% (0.16 wt%) prior to casting (for details regarding the FTIR measurements refer to Figure S3, Supporting Information).

Figure 2c displays examples of total reflectivity and transmissivity spectra for free-standing films and for an ultrathin film cast after 3 h of sonication. The total transmission spectra related to the other sonication times and the specular reflection contribution with respect to the total reflectivity can be found in Figures S4 and S5 in the Supporting Information, respectively.

The scanning electron microscopy (SEM) images reported in Figure 3 reveal the crucial effect of the sonication time on the morphology of the films. The films obtained from nonsonicated PMMA solution showed a fibrillar network with very low porosity, whose PMMA filling fraction was determined from SEM images to be about 75% and with fibrils below 100 nm in length and 20 nm in width. An increase in the sonication time led to a rise in the porosity as well as to larger struts, both in length and width. From the SEM images, we can roughly estimate that, after 1 h of sonication, the length of the fibrils constituting the network ranged from 500 to 1200 nm in length and between 120 and 300 nm in thickness. In contrast, after 2 h, the average length has increased to about 2000 nm and the width was 400 nm. When extending the sonication time to 4 h, the struts became more elongated with a length of 3.5–4.5 µm and a thickness of about 300 nm. Lengthening the sonication time even further revealed an opposite trend: the fibrils become smaller and thicker. Finally, the film produced from PMMA sonicated for 7 h showed a similar morphology to the nonsonicated films, with a PMMA fraction of ≈65%. The change of morphology can be intuitively explained considering that PMMA forms a kinetically stable aqueous bi-phasic system which does not collapse upon complete evaporation of the solvents (i.e., leading to the desired porosity) only for specific values of viscosity, and therefore for a specific interval of molecular weights.

To characterize quantitatively the light transport of the films we estimated the transport mean free path ($l_t$) for different sonication stages. More in detail, we measured the total transmission in a series of films with the same morphology but different thickness. To evaluate $l_t$, we used the analytical expression, which correlates the total transmission ($T$) and the thickness ($L$) in the diffusion approximation for a slab geometry[5,6]
The scattering properties of the films were further characterized measuring the angular distribution of the scattered light using a goniometer (Figure S8, Supporting Information). We observed that the light scattered from the films follows a Lambertian profile, implying that their bright white appearance does not depend on the observation angle. This property is very desirable for paints and other applications.

To further investigate how the morphology of the produced porous materials affect the scattering performance, a set of thinner films was prepared after 3 h of sonication. While for the films discussed above, the evaporation kinetics is similar across the whole set, in the case of very thin films, the self-assembly process occurs almost instantaneously due to the small volumes involved (~0.2–1 mL). Therefore, even if we observed similar dimension of the struts with respect to the previous set of samples, we did not include them in the scattering mean free path measurements reported in Figure 4b.

These ultrathin films not only maintain a Lambertian distribution (Figure S9, Supporting Information), but they also exhibit a high scattering efficiency. In fact, a 4 µm thick film obtained from a fast self-assembly kinetic reflects around 75% of the incident light (Figure 2c). Compared with the free-standing samples, which show an almost wavelength-independent reflectivity, the ultrathin samples have a higher reflectivity at short wavelengths. This spectral behavior, which can be explained as a thickness-related effect,[20] gives rise to an enhanced white perception to the human eye.[11]

Additional functionality can be achieved by milling the PMMA porous films into a powder whose particle sizes are below 20 µm. Although some morphological changes were
introduced during the milling process, the powder still revealed a rich microstructure.

The total reflectance spectra from the powder (Figure 4d) remain high and comparable to that of commercial titanium dioxide powders while using a material with almost the half of the refractive index and less than a third of the density.\cite{21,22}

### 3. Conclusion

In conclusion, we have shown a simple and scalable route to fabricate highly scattering materials by optimizing the morphology of a low refractive index medium. The bio-inspired films obtained in this work reflect more than 75% in just a few micrometers of thickness while retaining two valuable features of PMMA: flexibility and lightweight. Moreover, using conventional liquids such as water or ethanol, it is possible to index-match the films providing a fully reversible change of appearance from white to transparent and vice versa. The combination of a scalable manufacturing technique with the optical functionality of the materials is extremely appealing for the application of these films as functional coatings. Finally, achieving a very short scattering mean free path is also important from a fundamental science point of view: a replica of such porous network using a higher refractive index material might allow the observation of strong localization phenomena.\cite{21-26}

### 4. Experimental Section

#### Preparation of Porous PMMA Films: As-received PMMA sheets (Topacryl AC, $M_n = 0.64$ MDa, $M_w = 1.86$ MDa) were fully dissolved in acetone (EMSURE, water content < 0.05 wt%, Merck, Cas-Nr. 67-64-1) in concentration of 0.6 g/100 mL. Afterward, the solution was treated with a horn sonicator (Qsonica Q125, Qsonica) for a time interval between 30 min and 7 h, with the aim of tuning the length of the PMMA chains in solution and thus the microstructure of the final films. The sonication was performed in a closed chamber and the flask containing the PMMA–acetone solution was surrounded by icy water for cooling. Due to the nonnegligible water content in the solvent and the PMMA sheets (1%, as-received), the resulting solution was a classic three-component system constituted by a polymer (PMMA), a solvent (acetone), and nonsolvent (water).\cite{12}

The solutions were cast in glass beakers with a diameter of 11 cm and left to rest for solvent evaporation and subsequent phase separation. When the solvent was fully evaporated, the porous microstructure of the film was solidified and therefore fixed. The duration of the drying step was about 10 min for a 20 mL solution. Films with the thicknesses in the range (15 ± 1) μm and (85 ± 3) μm were produced by casting different amounts of solutions. The environmental conditions were as follows: relative humidity (31 ± 7)%; temperature (21 ± 1) °C.

**Morphological Analysis:** The thickness of microstructured films (after peeling them off the glass support) at five positions for each sample was measured using an incremental measuring probe (MT60 M, Heidenhain) with a precision of ±0.5 μm. The average value was then calculated. The measured film thicknesses agreed with the values determined from SEM images of the films cross-sections as recorded using a SUPRA 60 VP SEM (Zeiss) with an accelerating voltage between 1.5 and 4 kV. Prior to SEM analysis, the samples were cooled down in liquid nitrogen and cracked. The surface of interest was sputter coated with 4 nm silver using a Sputter-Coater (K575X, Emitech) to avoid charging effects.

### Supporting Information

Supporting Information is available from the Wiley Online Library or from the corresponding author.

### Acknowledgements

J.S. and G.J. contributed equally to this work. J.S. thanks A. Dollmann and T. Luo for the great help in sample preparation, W. Arbogast for performing SEC, R. Lyubimenko for his help with FTIR measurements, and Dr. A. Turshtav for useful discussions. G.J. thanks Dr. R. Vadrucci, Dr. R. M. Parker, Dr. F. Ojambati, G. Guidetti, for fruitful discussions. O.D.O. thanks Dr. V. E. Johansen for experimental support. O.D.O. thanks the Cambridge Philosophical Society for the research studentship. This work was supported in part by a BBBSRC David Phillips Fellowship [BB/K014617/1], the EPSRC [1525292 and EP/L016087/1], the European Research Council [ERC-2014-STG H2020 639088] to S.V., G.J., and O.D.O. J.S. acknowledges funding from the Helmholtz Association (Grant No. PD-157). This work was partly carried out with the support of the Karlsruhe Nano Micro Facility (KNMF, http://www.kit.edu/knmf), a Helmholtz Research Infrastructure at Karlsruhe Institute of Technology (KIT, http://www.kit.edu).

### Conflict of Interest

The authors declare no conflict of interest.

### Keywords

bio-inspired materials, functional coatings, polymeric-films, scattering, whiteness

Received: November 28, 2017
Revised: January 17, 2018
Published online: February 21, 2018